Synthesis of BaHfO₃ through with reduction of KOH.

Kegler, Vanessa D.¹, Fiscehr, Susana Cristina²

¹Department of Physics (DEFIJI), Foundation Federal University of Rondônia (UNIR)  
Email: vanessa.kegler@unir.br  
²Department of Physics (DEFIJI), Foundation Federal University of Rondônia (UNIR)  
Email: susanaemfoco@gmail.com

Abstract— In this work will be presented the results obtained in the synthesis and structural and morphological characterization of perovskite oxide Barium Hafnate (BaHfO₃) synthesized by the hydrothermal method assisted by microwave (MAH) with two concentrations of potassium hydroxide (KOH). One with concentration of 2.4M which will be called BHO24 and another one of 3.6 M which will be called BHO36, in order to reduce the difference between the amount of reagents (in this case barium chloride and hafnium chloride- BaCl₂ and HfCl₄) and the amount of mineralizing agent (in this case KOH) used in synthesis through the MAH. The objective of this study is to analyze the possibility of synthesizing a perovskite oxide by MAH with the minimum amount of KOH and to analyze if there is any change in the structure or morphology of the same. To analyze the structural change, the X- ray diffraction (XRD) and to analyze the morphological change was used the characterization technique of scanning electron microscopy (SEM).

Keywords — Concentrations KOH, MAH, Structural change and morphological change.

I. INTRODUCTION

The MAH is a synthesis method consisting of the interaction of electromagnetic radiation in the microwave range with matter [1], being the mechanisms of dipole rotation and ionic conduction responsible for the conversion of radiation energy to heat [2-5], its main advantages are time reduction, process steps and temperature, high purity and reduced operating costs [6-8]. Initially Komarneni [9] studied the effect of microwaves on the crystallization kinetics in hydrothermal synthesis of electronic ceramics and in 1992 they became the pioneers in obtaining perovskite by this method that they called HTMW [10], Rao and collaborators proved the feasibility of the method for several compounds [11].

The synthesis itself consists of three steps: dissolution, precipitation and dehydration. In the first step the amounts of the reagents are diluted in distilled and deionized water (dissolution). In the second step the results of the previous step are placed in the reaction cell (precipitation) and in the third one the cell is added to the microwave oven (dehydration). When analyzing works related to this synthesis method, it is verified that the concentration of the mineralizing agent (generally KOH) is much higher than the other reagents as described in the table 1.

| Author   | Reagent concentration                      | Concentration of the mineralizing agent |
|----------|-------------------------------------------|----------------------------------------|
| Moreira  | ZrOCl₂8H₂O and BaCl₂2H₂O 0.01 M           | KOH 6 M                                |
| Rafael   | Matrix Ba and matrix Zr 0.01054 M         | KOH 6M                                  |
| Zhi Wang | Bi(NO₃)₃5H₂O and Fe(NO₃)₃9H₂O 1.2 M       | KOH 12 M                               |
| Wagner   | CaCl₂H₂O and ZrOCl₂8H₂O 0.4 M             | NaOH 6M                                 |
| Mazzo    | TiO(OH)₂ and CaCl₂2H₂O 2 M               | KOH 6M                                  |
| Silva    | TiCl₄ and SrCl₂2H₂O 0.2 M                 | KOH 6M                                  |

The insertion of a higher amount of KOH is related to the fact that for formation of the type oxide ABO₃ during a reaction in aqueous solution, a hydrolysis-condensation followed by nucleation-growth is required and a large amount of mineralizing agent is required when a non-
alkaline precursor is used [18]. In addition, the OH- groups act as catalysts of the reaction leading to high nucleation rates [19].

On the other [20] shows the synthesis of compound BaTiO$_3$ using TiO$_2$ and Ba(OH)$_2$ in the proportion of 1 per 1. It is observed that the KOH or NaOH used in MAH are responsible only by the formation of the hydroxides that occurs in the second phase (precipitation) not influencing the third stage (dehydration). Thus the proposal of this research is to verify if it really is necessary to use such a large amount of potassium hydroxide in the synthesis through the microwave radiation. Among the possible oxides that can be obtained, the BaHfO$_3$ for study. Papers already published on the BaHfO$_3$ demonstrate that it has a cubic structure, and its morphology is reported to be composed of spheres [21-25]. Some of the studied properties of this oxide are luminescence [36-38] and dielectric behavior [29]. In this work, however, only the structural and morphological characteristics will be analyzed.

II. MATERIALS AND METHODS

Compound BHO24 was prepared with 0.4M of BaCl$_2$, 0.4 M of HfCl$_4$ and 2.4 mol of KOH while compound BHO 36 was prepared with the same concentration of BaCl$_2$ and HfCl$_4$ and 3.6 mol KOH. Subsequently, were added to the oven microwave where they were kept for 20 minutes at a temperature of 140 °C with a nucleation rate of 10°C/min. After the synthesis, both were centrifuged at 3500 rpm (for ph reduction) and kept in the oven for 15 hours. With the obtained compound the X-ray diffraction technique was applied, the apparatus D8 ADVANCE BRUKER, with radiation (Cu) of wavelength $\lambda = 1.5418 \AA$ and the scanning electron microscopy technique was used the microscope of the mark Jeol, model JSM-6610.

III. RESULTS AND DISCUSSION

Both in BHO24 and BHO synthesis36 a white powder was obtained, demonstrating that a large amount is not required to obtain the compound. The two presented diffraction peaks that can be indexed to the cubic phase of the BaHfO$_3$, Fig. 1, being consistent with the crystallographic sheet PDF 24 − 102, with network parameters $a = b = c = 8.333 \AA$ and space group (Pm-3m).
It is also observed that both have peaks belonging to the secondary phase of barium carbonate (BaCO$_3$) identified by the JCPDS 05–0628 like Orthorhombic Witherite. The appearance of this phase is understandable since the BaHfO$_3$ moisture is susceptible and has already been found in other works [30, 27-28]. To analyze the morphological aspect, the characterization of scanning electron microscopy – SEM- Fig. 2 and Fig. 3.

From SEM, observed that both BHO24 and BHO36 did not have completely rounded "spheres" such as BaHfO$_3$ was described in the literature, they have an almost hexagonal character and for HBO24 this behavior is more predominant. Another relevant detail is the non-homogeneity; we observe large and small spheres simultaneously.

IV. CONCLUSION

By means of synthesis and characterization results, it can be concluded that perovskite oxide can be obtained through MAH with reduction of KOH. With the reduction of KOH did not obtain any change in the structural character since both had the same diffraction peaks, but in the morphological character there was a small change. The sphereshad a "hexagonal" character being more present in the BHO24 and grew without uniformity.

REFERENCES

[1] Maksimov, V. D., Meskin, P. E., & Churagulov, B. R. (2007). Microwave-assisted hydrothermal synthesis of fine BaZrO$_3$ and BaHfO$_3$ powders. Inorganic Materials, 43(9), 988-993.

[2] Herrero, M. A., Kremsner, J. M., & Kappe, C. O. (2008). No thermal microwave effects revisited: on the importance of internal temperature monitoring and agitation in microwave chemistry. The Journal of organic chemistry, 73(1), 36-47.

[3] Kappe, C. O. (2004). Controlled microwave heating in modern organic synthesis. Angewandte Chemie International Edition, 43(46), 6250-6284.

[4] Dallinger, D., & Kappe, C. O. (2007). Microwave-assisted synthesis in water as solvent. Chemical Reviews, 107(6), 2563-2591.

[5] Grant, E., & Halstead, B. J. (1998). Dielectric parameters relevant to microwave dielectric heating. Chemical society reviews, 27(3), 213-224.

[6] Gao, F., Lu, Q., & Komarneni, S. (2006). Fast synthesis of cerium oxide nanoparticles and nanorods. Journal of nanoscience and nanotechnology, 6(12), 3812-3819.

[7] Gao, F., Lu, Q., & Komarneni, S. (2006). Fast synthesis of cerium oxide nanoparticles and nanorods. Journal of nanoscience and nanotechnology, 6(12), 3812-3819.

[8] Wilson, G. J., Matijasevich, A. S., Mitchell, D. R., Schulz, J. C., & Will, G. D. (2006). Modification of TiO$_2$ for enhanced surface properties: finite Ostwald ripening by a microwave hydrothermal process. Langmuir, 22(5), 2016-2027.

[9] Komarneni, S., Rajha, R. K., & Katsuki, H. (1999). Microwave-hydrothermal processing of titanium dioxide1. Materials Chemistry and Physics, 61(1), 50-54.
[10] Komarneni, S., Roy, R., & Li, Q. H. (1992). Microwave-hydrothermal synthesis of ceramic powders. *Materials Research Bulletin, 27*(12), 1393-1405.

[11] Rao, K. J., Vaidhyanathan, B., Ganguli, M., & Ramakrishnan, P. A. (1999). Synthesis of inorganic solids using microwaves. *Chemistry of Materials, 11*(4), 882-895.

[12] Moreira, M. L., Andrés, J., Mastelaro, V. R., Varela, J. A., & Longo, E. (2011). On the reversed crystal growth of BaZrO$_3$ decaoctahedron: shape evolution and mechanism. *CrystEngComm, 13*(19), 5818-5824.

[13] Fassbender, R. U., Lilge, T. S., Cava, S., Andrés, J., da Silva, L. F., Mastelaro, V. R., ... & Moreira, M. L. (2015). Fingerprints of short-range and long-range structure in BaZr$_{1-x}$Hf$_x$O$_3$ solid solutions: an experimental and theoretical study. *Physical Chemistry Chemical Physics, 17*(17), 11341-11349.

[14] Wang, Z., Zhu, J., Xu, W., Sui, J., Peng, H., & Tang, X. (2012). Microwave hydrothermal synthesis of perovskite BiFeO$_3$ nanoparticles: An insight into the phase purity during the microwave heating process. *Materials Chemistry and Physics, 135*(2-3), 330-333.

[15] Macedo Jr, W. D., Souza, A. E., Santos, G. T., Teixeira, S. R., & Longo, E. (2018). Microwave-assisted hydrothermal synthesis followed by heat treatment: A new route to obtain CaZrO$_3$. *Ceramics International, 44*(1), 953-958.

[16] Mazzo, T. M., Moreira, M. L., Pinatti, I. M., Picon, F. C., Leite, E. R., Rosa, I. L., ... & Longo, E. (2010). CaTiO$_3$:Eu$^{3+}$ obtained by microwave assisted hydrothermal method: A photoluminescent approach. *Optical Materials, 32*(9), 990-997.

[17] Da Silva, L. F., Avansi, W., Moreira, M. L., Mesquita, A., Maia, L. J., Andrés, J., ... & Mastelaro, V. R. (2012). Relationship between crystal shape, photoluminescence, and local structure in SrTiO$_3$ synthesized by microwave-assisted hydrothermal method. *Journal of Nanomaterials, 2012*, 5.

[18] Lencka, M. M., & Riman, R. E. (1995). Thermodynamics of the hydrothermal synthesis of calcium titanate with reference to other alkaline-earth titanates. *Chemistry of materials, 7*(1), 18-25.

[19] Lee, S. K., Park, T. J., Choi, G. J., Koo, K. K., & Kim, S. W. (2003). Effects of KOH/BaTi and Ba/Ti ratios on synthesis of BaTiO$_3$ powder by coprecipitation/hydrothermal reaction. *Materials chemistry and physics, 82*(3), 742-749.

[20] Komarneni, S., & Katsuki, H. (2010). Microwave-hydrothermal synthesis of barium titanate under stirring condition. *Ceramics International, 36*(3), 1165-1169.

[21] Yangthaisong, A. (2013). Electronic and lattice vibrational properties of cubic BaHfO$_3$ from first principles calculations. *Physics Letters A, 377*(12), 927-931.

[22] Zhao, H., Chang, A., & Wang, Y. (2009). Structural, elastic, and electronic properties of cubic perovskite BaHfO$_3$ obtained from first principles. *Physica B: Condensed Matter, 404*(16), 2192-2196.

[23] Liu, Q. J., Liu, Z. T., Feng, L. P., & Tian, H. (2010). Mechanical, electronic, chemical bonding and optical properties of cubic BaHfO$_3$: First-principles calculations. *Physica B: Condensed Matter, 405*(18), 4032-4039.

[24] Bouhemadou, A., Djabi, F., & Khenata, R. (2008). First principles study of structural, elastic, electronic and optical properties of the cubic perovskite BaHfO$_3$. *Physics Letters A, 372*(24), 4527-4531.

[25] Ye, T., Dong, Z., Zhao, Y., Yu, J., Wang, F., Guo, S., & Zou, Y. (2011). Controllable synthesis and photoluminescence of single-crystalline BaHfO$_3$ hollow micro- and nanospheres. *Langmuir, 27*(14), 8878-8884.

[26] Ji, Y. M., Jiang, D. Y., Wu, Z. H., Feng, T., & Shi, J. L. (2005). Combustion synthesis and photoluminescence of Ce$^{3+}$ activated MHfO$_3$ (M= Ba, Sr, or Ca). *Materials research bulletin, 40*(9), 1521-1526.

[27] Ji, Y., Jiang, D. Y., Chen, J. J., Qin, L. S., Xu, Y. P., Feng, T., & Shi, J. L. (2006). Preparation, luminescence and sintering properties of Ce-doped BaHfO$_3$ phosphors. *Optical Materials, 28*(4), 436-440.

[28] Grezer, A., Zych, E., & Kępiński, L. (2010). BaHfO$_3$: Ce sintered ceramic scintillators. *Radiation Measurements, 45*(3-6), 386-388.

[29] Thomas, J. K., Kumar, H. P., Prasad, V. S., & Solomon, S. (2011). Structure and properties of nanocrystalline BaHfO$_3$ synthesized by an auto-igniting single step combustion technique. *Ceramics international, 37*(2), 567-571.

[30] Villanueva-Ibáñez, M., Hernandez-Perez, M. D. L. A., Arzola, P. R., & Flores-González, M. A. (2013). Síntesis en medio poli-alcohólico y caracterización de Perovskitas BaHfO$_3$ y BaZrO$_3$. *Revista Materia, 18*(4), 1501-1509.